On the fabrication of stacked monolayers of Fe/Cu on Cu(100) by pulsed laser deposition

S. Sundar Manoharan, J. Shen, H. Jenniches, M. Klaua, and J. Kirschner
Max–Planck Institut für Mikrostrukturphysik, Weinberg 2, D-06120 Halle (Saale), Germany

We report on the artificial fabrication of stacked monolayers of Fe/Cu on Cu(100) by pulsed laser deposition at 300 K employing reflection high energy electron diffraction (RHEED). In contrast to the thermally deposited films, an improved two dimensional growth of the Fe and Cu layers has been achieved by virtue of the dynamics of the pulsed laser deposition technique. The observed RHEED oscillations for each Fe and Cu layer and their growth mode as studied by scanning tunnelling microscopy indicate layer-by-layer growth. The magnetic properties studied by magneto-optical Kerr effect measurements show that the easy axis of magnetization is in plane with no specific anisotropy observed in the plane. Ferromagnetic response was absent for thicknesses less than 2 ML in total within the measured temperature range down to 100 K. The Curie temperature increases from 225 K for a trilayer Fe/Cu/Fe to 400 K for a total layer thickness of 10 ML. © 1997 American Institute of Physics.

INTRODUCTION

In the search for new metallic and ferromagnetic materials, artificially layered structures with nonmagnetic spacers offer interesting new magnetic properties both of fundamental and technological interest.¹ Takanashi and co-workers have recently reported a large uniaxial perpendicular anisotropy in monatomic multilayers of Fe/Pt,² [1 ML Fe/1 ML Pt]n (with n = 100), and Fe/Au³ which adds a new dimension to the efforts in this field. A monatomic stack is the low thickness limit of a magnetic multilayer consisting of alternating individual layers of magnetic and nonmagnetic elements.

The Fe–Cu system is no less interesting since its phase diagram indicates no possibility of any intermediate compounds while the solubility is very low at room temperature and is around 8% at elevated temperatures.⁴ As this alloy does not exist naturally in the Fe–Cu phase diagram near the equiatomic composition, we attempt to fabricate it layer-by-layer artificially. Although Fe/Cu multilayers have been studied extensively with different modulation lengths ranging from 10 to 300 Å and with equal Fe and Cu thickness,⁵,⁶ to our knowledge, there is no report on the study of monatomic stackings of the Fe/Cu system. Constructing such a multilayer relies strongly on the growth mode of the individual elements in monolayer thickness regime. While thermal deposition of Fe on Cu(100) does not produce an ideal two-dimensional morphology at monolayer thickness,⁷,⁸ the morphology of a monolayer-thick Fe/Cu(100) film can be significantly improved by pulsed laser deposition (PLD).⁹ The momentaneous deposition rate of PLD (which is typically 10⁷ times larger than that of the thermal deposition) provides a high nucleation density thereby improving a two dimensional, layer-by-layer growth of Fe on Cu(100). The objective of this study has been to fabricate stacked monolayers of Fe and Cu alternatively, [1 ML Fe/1 ML Cu]n on Cu(100), employing the PLD technique and to analyze the initial growth mode of such a stacking by scanning tunneling microscopy (STM) as well as to investigate the magnetic properties by the magneto-optical Kerr effect (MOKE). The stacking of [1 ML Fe/1 ML Cu] will be referred to in terms of the total numbers of monolayers, where the odd and even numbers indicate an Fe or Cu monolayer on the top of the multilayer, respectively.

EXPERIMENT

The Fe/Cu monatomic multilayers were grown on a Cu(100) substrate at room temperature in an ultrahigh vacuum (UHV) system with a base pressure of 3×10⁻¹¹ mbar equipped with in situ facilities for STM, MOKE, reflection high energy electron diffraction (RHEED), and low

![RHEED Oscillation for 6 ML Fe/Cu Stacking on Cu(100)](image_url)

FIG. 1. A typical RHEED oscillation for 6 ML Fe/Cu stacking on Cu(100) prepared by PLD method. The first maximum corresponds to 1 ML filling of Fe and the second maximum to 1 ML Cu.
energy electron diffraction (LEED) measurements. The Cu(100) substrate was cleaned in situ by cycles of sputtering with Ar⁺ (1 keV and 600 eV) and annealing to 870 K. The surface cleanliness was checked by Auger electron spectroscopy (AES). A KrF excimer laser (λ=248 nm) with a fluence of 5 J/cm² and repetition rate of 5 Hz was employed for depositing the Fe and Cu monolayers alternatively. Completion of each monolayer coverage was monitored by the RHEED oscillations recorded during the film growth. The growth rate can be varied by changing the laser repetition rate. The base pressure of the UHV chamber was no worse than 5×10⁻¹⁰ mbar during the deposition. The magnetic properties were probed by MOKE.

RESULTS AND DISCUSSION

Figure 1 shows a typical RHEED oscillation measured for a 6 ML Fe/Cu stacking. The first maximum corresponds to 1 ML of Fe and the second maximum corresponds to the layer filling due to Cu. At each maximum (asterisk marked in Fig. 1), the target is changed (manually within 6 s). Note that the deposition at room temperature results in a degrading of the RHEED intensity although the layer-by-layer sequential filling is maintained. Although deposition at elevated tem-

FIG. 3. Plot of root-mean-square (rms) roughness against total monolayer thickness as measured from the STM topography.

FIG. 4. Plot of Curie temperature, $T_c$, against total monolayer thickness for [1 ML Fe/1 ML Cu] on Cu(100).

FIG. 2. STM images of (a) total thickness of 2 ML Fe/Cu on Cu(100) and (b) total thickness of 8 ML Fe/Cu stacking on Cu(100) showing the sequential layer filling.
The Cu layer. The LEED patterns of the films, with varying
for the growth of Fe layers while the roughness decreases for
Cu layers suggesting that the layer roughness increases
creasing intensity for Fe layers and an increasing intensity
bulk Cu
ML
serve any ferromagnetic response for a total monolayer of 2
ML Fe/1 ML Cu
observation for Fe on Cu
ML Fe/1 ML Cu
Fig. 4
69
1995
52
1993
12 The MOKE hysteresis loops measured with the magnetic field ap-
plied parallel to the surface along (110) and (100) directions
do not show any change in the shape of the loops indicating
that the films are in-plane magnetized with no specific an-
isotropy within the plane of the film. The coercivity Hc of
these films is in the range of 15–20 Oe with higher values
for films where Fe is on the top and lower for Cu layers on
the top revealing the influence of the nonmagnetic layer.

In conclusion, we have described the growth mode of
stacked monolayers of Fe and Cu on Cu(100) deposited by
PLD, the calibration of the deposited layers by RHEED,
and their topography by STM. At all thicknesses, the films have
easy axis of magnetization in plane with no measurable an-
isotropy in the plane.

ACKNOWLEDGMENTS

The authors thank G. Kroder and F. Pabisch for their
technical assistance and Dr. J. Barthel for his interest and
support of this work.

1 B. Heinrich and J. F. Cochran, Adv. Phys. 42, 523 (1993), and references
therein.
2 K. Takanashi, S. Mitani, M. Sano, H. Fujimori, H. Nakayama, and A.
3 S. Mitani, K. Takanashi, M. Sano, H. Fujimori, H. Nakayama, and A.
4 W. B. Pearson, Handbook of Lattice Spacing and Structure of Metals and
5 M. Pechan, E. E. Fullerton, W. Robertson, M. Grimsditch, and I. K.
6 E. E. Fullerton, I. K. Schuller, F. T. Parker, K. A. Svanarich, G. L.
7 D. A. Steigerwald, I. Jacob, and W. F. Egelhoff, Jr., Surf. Sci. 202, 472
(1988).
8 K. E. Johnson, D. D. Chambliss, R. J. Wilson, and S. Chiang, J. Vac. Sci.
69, 3339 (1996).
12 H. Jenniches, J. Shen, S. Sundar Manoharan, J. Barthel, M. Klaua, and J.
Kirschner (unpublished).